Tooth discoloration effects of calcium silicate based barrier materials used in revascularization and treatment with internal bleaching

Article in Journal of Dental Sciences - May 2017
DOI: 10.1016/j.jds.2017.03.009

CITATIONS 2
READS 190

6 authors, including:

M.B. Akbulut
Necmettin Erbakan Üniversitesi
34 PUBLICATIONS 256 CITATIONS

Melek Akman
Necmettin Erbakan Üniversitesi
28 PUBLICATIONS 114 CITATIONS

Arslan Terlemez
Necmettin Erbakan Üniversitesi
19 PUBLICATIONS 90 CITATIONS

Begum Buyukerkmen
Necmettin Erbakan Üniversitesi
3 PUBLICATIONS 10 CITATIONS

Some of the authors of this publication are also working on these related projects:

Nickel-Titanium Based Biomaterial Recycling View project

Endodontic Treatment of an Unusual Maxillary Molar Tooth Fused with a Paramolar, A Case Report View project
Tooth discoloration effects of calcium silicate based barrier materials used in revascularization and treatment with internal bleaching

Makbule Bilge Akbulut, Arslan Terlemez, Melek Akman, Begum Buyukerkmen, Mehmet Burak Guneser, Ayce Unverdi Eldeniz

Necmettin Erbakan University, Faculty of Dentistry, Department of Endodontics, Konya, Turkey
Necmettin Erbakan University, Faculty of Dentistry, Department of Prosthetic Dentistry, Konya, Turkey
Bezmialem Vakif University, Faculty of Dentistry, Department of Endodontics, Istanbul, Turkey
Selcuk University, Faculty of Dentistry, Department of Endodontics, Konya, Turkey

Received 30 November 2016; Final revision received 20 February 2017

Available online

KEYWORDS

dental materials; endodontics; revascularization; tooth bleaching

Abstract

Background/purpose: Usage of barrier materials is an important step in revascularization procedure. One of the undesired properties of these barrier materials is to cause coronal tooth discoloration. The aim of this in vitro study was to evaluate the tooth discoloration induced by ProRoot MTA (PMTA), Biodentine, and MM-MTA, as well as the efficacy of internal bleaching on this discoloration.

Materials and methods: Forty-two maxillary incisor teeth were prepared. Triple antibiotic paste (TAP) was placed in the root canals and incubated for 3 weeks. After removing the TAP, blood embedded spongostans were inserted into the root canals, and PMTA, Biodentine, or MM-MTA was placed over them. The teeth were incubated for 4 weeks at 37°C; then, the internal bleaching agent was sealed for one week. The tooth color was measured throughout the study and the color change values (ΔE) of each specimen were calculated, and the data was statistically analyzed using the one-way ANOVA and Tamhane’s T2 tests.

Results: The TAP significantly decreased the luminosity of the teeth (p < 0.05); however, no significant differences were observed between the tooth discolorations induced by the PMTA, Biodentine, and MM-MTA (p > 0.05). The teeth in the Biodentine group were more whitened than those of the PMTA and MM-MTA groups (p < 0.05).
Introduction

Revascularization is a regenerative procedure which has become an alternative to apexification for the treatment of immature permanent teeth. Basically, revascularization consists of the disinfection of the root canal with antibiotic paste, creating bleeding into the root canal system, and followed by the placement of a barrier material over the blood clot. One of the major drawbacks of this procedure is the tooth discoloration that can be induced by the antibiotic paste, blood, or barrier material. However, little information is available regarding the discoloration effects of Biodentine. Mineral trioxide aggregate (MTA) has been widely used in revascularization procedures due to its biocompatibility and good sealing properties. However, its poor handling characteristics, long setting time, and potential discoloration effects are the major disadvantages of using MTA. The metal oxide content of MTA has been reported to induce discoloration; therefore, Biodentine has recently been proposed as an alternative to MTA for clinical applications like vital pulp therapy, perforation repair, root-end filling, apicification, and revascularization. Biodentine has been shown to possess bioactive and biocompatible properties; however, little information is available regarding the discoloration effects of Biodentine. This limited amount of data has indicated that Biodentine does not cause meaningful color changes in teeth. Additionally, MMTA is a new commercial tricalcium silicate based cement that, according to the manufacturer, has been reported to have a reduced setting time and better physicochemical characteristics. To the best of the authors’ knowledge, the literature shows no published studies evaluating the discoloration effects of MMTA as a barrier material.

Endodontically treated and discolored teeth can be whitened by using oxidizing agents. Among these agents, hydrogen peroxide which can easily penetrate into the enamel and dentine, has become popular and effective for internal bleaching techniques. The application of internal bleaching to teeth discolored after vital pulp therapy and following the placement of a barrier material over the blood clot, one of the major drawbacks of this procedure is the tooth discoloration that can be induced by the antibiotic paste, blood, or barrier material.

Endodontically treated and discolored teeth can be whitened by using oxidizing agents. Among these agents, hydrogen peroxide which can easily penetrate into the enamel and dentine, has become popular and effective for internal bleaching techniques. The application of internal bleaching to teeth discolored after vital pulp therapy and revascularization has been previously demonstrated.

The aim of this study was to evaluate the tooth discoloration induced by ProRoot MTA (PMTA) (Dentsply, Switzerland), Biodentine (Septodont, France), and MMTA (Micro-Mega, France) in the presence of blood, and to assess the whitening effects of hydrogen peroxide on these discolored teeth.

Materials and methods

The study protocol of this research was reviewed and approved by the Ethics Committee of the Necmettin Erbakan University, Faculty of Dentistry (Protocol no. 2015/006).

Conclusion: Although the PMTA, Biodentine, and MMTA caused similar color alterations in the teeth, more bleaching was observed on those teeth discolored using TAP + blood + Biodentine. Please cite this article in press as: Akbulut MB, et al., Tooth discoloration effects of calcium silicate based barrier materials used in revascularization and treatment with internal bleaching, Journal of Dental Sciences (2017), http://dx.doi.org/10.1016/j.jds.2017.03.009 © 2017 Association for Dental Sciences of the Republic of China. Publishing services by Elsevier B.V. This is an open access article under the CC BY-NC-ND license (http://creativecommons.org/licenses/by-nc-nd/4.0/).
materials, temporary restorations were carried out, and the specimens were incubated for 1 week at 37 °C. After the completion of the bleaching treatment, the temporary restorations were removed, and the last color measurements were performed (t3).

**Color assessment**

The tooth color was measured from 3 mm above the cementoenamel junction, and the measurements were performed 3 times for each sample. These results were reported using the CIE L*a*b* color system (International Commission on Illumination), where L* indicates the luminosity (0/black–100/white), a* represents the red–green parameter, and b* represents the yellow–blue parameter (Fig. 1). In addition, \( \Delta E_1 \) describes the color difference between the time points: \( t_1 \) and \( t_2 \) (after blood + material application), whereas \( \Delta E_2 \) indicates the color difference between the time points: \( t_2 \) and \( t_3 \) (after bleaching). The \( \Delta E \) values were calculated using following formula:

\[
\Delta E = \left[ (\Delta L)^2 + (\Delta a)^2 + (\Delta b)^2 \right]^{1/2}
\]

**Scanning electron microscopy (SEM)**

One disc shaped sample (6-mm diameter and 2-mm thickness) from each test material was prepared according to the manufacturer’s instructions. The samples were fixed in a 2.5% glutaraldehyde solution, and then evaluated with a scanning electron microscope (SEM) (EVO LS10, Zeiss, Oberkochen, Germany) to illustrate the surface and the structure of the test materials. The SEM micrographs were taken from representative areas at \( \times5000 \) magnifications (Fig. 2).

**Statistical analysis**

The IBM SPSS Statistics 22 (IBM SPSS, Turkey) program was used to analyze the results. The normal distribution of the data was confirmed using the Shapiro–Wilks test, and the paired \( t \)-test was used to determine the differences in the luminosity after the TAP application. The \( \Delta E \) values were statistically analyzed using the one-way ANOVA and Tamhane’s T2 test, with the significance level set at \( p < 0.05 \).
Results

All of the experimental groups indicated discoloration on their buccal surfaces (Fig. 3), and the luminosity values of the test groups at each time period are shown in Fig. 4. The means and standard deviations of the color changes ($\Delta E_1$ and $\Delta E_2$) are shown in Table 1. Overall, the TAP with cefaclor significantly decreased the luminosity of the teeth ($p < 0.05$); however, no significant differences were observed between the tooth discolorations induced by the PMTA, Biodentine, or MM-MTA ($p > 0.05$). The hydrogen peroxide gel more significantly whitened the discoloration caused by the Biodentine than the discoloration caused by the MM-MTA and PMTA ($p < 0.05$), although there was no statistically significant difference between the whitening in the MM-MTA and PMTA groups ($p > 0.05$).

Discussion

The root model used in the present study was modified from the report by Shokouhinejad et al., in which this model was used for vital pulp therapy. The experiment was conducted by applying TAP, blood, and barrier materials for all of the specimens to simulate the clinical conditions, and each specimen had its own control. Therefore, the discoloration effects of the TAP, blood, and material were not assessed separately. Instead, the discoloration after the combination treatment, and the differences among the barrier materials were evaluated.

This study has confirmed that TAP can discolor in vitro teeth. The first TAP introduced for bacterial disinfection contained metronidazole, ciprofloxacin, and minocycline, and the minocycline that binds to the calcium of hydroxyapatite has been reported to be the main cause of that discoloration. In the present study, the minocycline was replaced with cefaclor to diminish the discoloration. However, the results of this research have demonstrated that TAP with cefaclor decreased the luminosity of the teeth, which coincides with the findings of previous studies. The discoloration mechanism of cefaclor is still unknown. Based upon a clinical revascularization scenario without TAP could not be carried out, we decided to place TAP into the canals of all samples despite its possible masking effects for the materials discoloration.

The findings of the current study indicated that the blood contaminated PMTA, Biodentine, and MM-MTA caused similar color changes, which is in agreement with a recent report showing no differences between calcium silicate based cements in the presence of blood. The main difference occurred in the absence of blood, indicating that Biodentine displayed less of a color change. Additionally, Felman and Parashos revealed that blood contact with the mineral trioxide aggregate deepened the discoloration. However, the presence of blood was a constant parameter of the present study, so the effects of the blood contamination alone on the degree of discoloration could not be evaluated. It is worth noting that blood contamination is inevitable in the revascularization procedure.

The lysis of red blood cells results in blood disintegration products, such as iron containing hemoglobin and hemat derivatives, and these products infiltrate into the dentine tubules and lead to discoloration. On the other hand, blood can show its discoloration effects by penetrating into...
the gaps in the cement materials, which have different porosity properties. PMTA and Biodentine have been reported to show similar porosity values, whereas PMTA revealed larger pores than the MM-MTA. However, because all of the tested materials induced equal discolouration of the teeth, it might be speculated that the pore size of the material does not play a significant role in the degree of discoloration.

Tooth discoloration could also be attributed to the components of the barrier material; for example, the metallic contents of calcium silicate based cements, such as bismuth, aluminum, magnesium, and iron, could promote discoloration. However, although calcium silicate

| Table 1 | Means and standard deviations of color change values after blood + material application (ΔE₁) and after bleaching (ΔE₂). |
|---------|----------------------------------------------------------------------------------------------------------------------------------|
|         | PMTA | Biodentine | MM-MTA | p value |
| ΔE₁     | 4.98 ± 3.35<sup>a</sup> | 6.84 ± 3.34<sup>a</sup> | 7.58 ± 2.83<sup>a</sup> | 0.096 |
| ΔE₂     | 8.33 ± 3.89<sup>b</sup> | 14.23 ± 6.88<sup>b</sup> | 9.39 ± 3.87<sup>b</sup> | 0.009<sup>*</sup> |

SD, standard deviation. *p < 0.05. Different lowercase letters represent statistically significant differences between the test materials (one-way ANOVA and Tamhane’s T2 test, α = 0.05).
based materials include staining components, blood is the most likely reason for tooth discoloration, despite the barrier material, according to the findings of the current study.

Hydrogen peroxide (35%) was chosen as an internal bleaching agent in the present study due to its previous success in whitening. Overall, the teeth in the Biodentine group were more bleached than the specimens in PMTA and MM-MTA groups, which could be related to the particle size of the material. Different particle sizes affect the diffusion of the calcium silicate based material into the dentinal tubules and a finer particle size improves the manipulation characteristics of the material, and also reduces the setting time. Moreover, a finer particle size provides the material with a greater surface area. One previous study revealed that Biodentine consists of finer particle sized tricalcium silicate, and has a high specific surface area. This increased surface area may contribute to the bleaching agent being more effective, since the activated hydrogen peroxide could more easily oxidize the darkened compounds.

Another explanation for the greater whitening in the Biodentine group could be the composition of the material. Bismuth oxide is the radiopacifying agent used in MM-MTA and PMTA, while Biodentine includes zirconium oxide instead. Previously, it has been shown that calcium silicate based cements containing bismuth oxide demonstrate more discoloration than zirconium oxide containing cements, contributing to more improvement of discoloration of teeth in Biodentine group.

Our in vitro results suggest that blood is the main causative factor for tooth discoloration, rather than the barrier material. Unlike vital pulp therapies, hemorrhage control is not performed in the revascularization procedure. Contrarily, the stimulation of bleeding is one of the factors which improve clinical success; therefore, preventing this discoloration is not possible in revascularization. Moreover, although the Biodentine group exhibited more favorable bleaching results, the approximate baseline luminosity values were obtained after the intra-coronal bleaching of all of the specimens. Further studies are required to compare the discoloration effects of these three commercially available calcium silicate based cements with longer time parameters.

In conclusion, TAP with cefaclor has been shown to induce discoloration, and all of the blood contaminated calcium silicate based cements exhibited similar color changes. However, when Biodentine is used as a barrier material, more whitening could be obtained with a bleaching treatment.

Conflicts of interest

The authors deny any conflicts of interest related to this study.

Acknowledgments

The authors thank Ahmet Burcin Batibay for his generous help with SEM and particle analysis.

References

1. Kirchhoff AL, Raidi DP, Salles AC, et al. Tooth discolouration and internal bleaching after the use of triple antibiotic paste. Int Endod J 2015;48:1181–7.
2. Shokouhinejad N, Nekoofar MH, Pirmoazen S, et al. Evaluation and comparison of occurrence of tooth discoloration after the application of various calcium silicate–based cements: an ex vivo study. J Endod 2016;42:140–4.
3. Belobrov I, Parashos P. Treatment of tooth discoloration after the use of white mineral trioxide aggregate. J Endod 2011;37:1017–20.
4. Karabucak B, Li D, Lim J, et al. Vital pulp therapy with mineral trioxide aggregate. Dent Traumatol 2005;21:240–3.
5. Chen C-L, Huang T-H, Ding S-J, et al. Comparison of calcium and silicate cement and mineral trioxide aggregate biologic effects and bone markers expression in mg63 cells. J Endod 2009;35:682–5.
6. Gandolfi MG, Shah SN, Feng R, et al. Biomimetic calcium-silicate cements support differentiation of human orofacial mesenchymal stem cells. J Endod 2011;37:1102–8.
7. Felman D, Parashos P. Coronal tooth discoloration and white mineral trioxide aggregate. J Endod 2013;39:484–7.
8. Vallés M, Mercadé M, Duran-Sindreu F, et al. Influence of light and oxygen on the color stability of five calcium silicate–based materials. J Endod 2013;39:525–8.
9. Zanini M, Sautier JM, Berdal A, et al. Biodentine induces immortalized murine pulp cell differentiation into odontoblast-like cells and stimulates biomineralization. J Endod 2012;38:1220–6.
10. Camilleri J. Staining potential of neo mta plus, mta plus, and biodentine used for pulpotomy procedures. J Endod 2015;41:1139–45.
11. Kohli MR, Yamaguchi M, Setzer FC, et al. Spectrophotometric analysis of coronal tooth discoloration induced by various bioceramic cements and other endodontic materials. J Endod 2015;41:1862–6.
12. Marconyak LJ, Kirkpatrick TC, Roberts HW, et al. A comparison of coronal tooth discoloration elicited by various endodontic reparative materials. J Endod 2016;42:470–3.
13. Vallés M, Roig M, Duran-Sindreu F, et al. Color stability of teeth restored with biodentine: a 6-month in vitro study. J Endod 2015;41:1157–60.
14. Miller EK, Lee KY, Tawil PZ, et al. Emerging therapies for the management of traumatized immature permanent incisors. Pediatr Dent 2012;34:66–9.
15. Hoshino E, Kurihara-Ando N, Sato I, et al. In vitro antibacterial susceptibility of bacteria taken from infected root dentine to a mixture of ciprofloxacin, metronidazole and minocycline. Int Endod J 1996;29:125–30.
16. Lenherr P, Allgayer N, Weiger R, et al. Tooth discoloration induced by endodontic materials: a laboratory study. Int Endod J 2012;45:942–9.
17. Yasa B, Arslan H, Akcay M, et al. Comparison of bleaching efficacy of two bleaching agents on teeth discoloured by different antibiotic combinations used in revascularization. Clin Oral Investig 2014;19:1437–42.
18. Baratieri LN, Ritter AV, Monteiro Jr S, et al. Nonvital tooth bleaching: guidelines for the clinician. Quintessence Int 1995;26:97–608.
19. Gandolfi MG, Siboni F, Botero T, et al. Calcium silicate and calcium hydroxide materials for pulp capping: biointeractivity, porosity, solubility and bioactivity of current formulations. J Appl Biomater Funct Mater 2015;13:43–60.
20. Khalil I, Naaman A, Camilleri J. Investigation of a novel mechanically mixed mineral trioxide aggregate (mm-mta™). Int Endod J 2015;48:757–67.
21. Kang S-H, Shin Y-S, Lee H-S, et al. Color changes of teeth after treatment with various mineral trioxide aggregate–based materials: an ex vivo study. *J Endod* 2015;41:737–41.

22. Han L, Okiji T. Uptake of calcium and silicon released from calcium silicate–based endodontic materials into root canal dentine. *Int Endod J* 2011;44:1081–7.

23. Parirokh M, Torabinejad M. Mineral trioxide aggregate: a comprehensive literature review—part i: chemical, physical, and antibacterial properties. *J Endod* 2010;36:16–27.

24. Camilleri J, Sorrentino F, Damidot D. Investigation of the hydration and bioactivity of radiopacified tricalcium silicate cement, biodentine and mta angelus. *Dent Mater* 2013;29:580–93.